: Viscosity measurements of the hybrid ink. Figure S2 : a) Image of symmetric lattice shaped printed structure (printed by printer settings of 150µm layer thickness) aged for six months at room temperature, the shrinkage in each axis of this object was about 13% (scale bar 5mm). b-c) Light microscope images showing the length of X, Y and Z axis of the aged structure, having exactly the same length presenting the isotropic shrinkage of the object. 
solvent resistance Solvent
The sample disintegrated Acetone
The surface of the sample etched DMSO Table S1 : Solvents resistance of the printed hybrid samples after 48h.
